Performance enhancement of the triboelectric energy harvester by forming rough surface polymer film using poly-dimethyl-siloxane +25 wt% water solution

Amit Sharma* and Poonam Agarwal

Microsystems Lab,
School of Computer and Systems Sciences,
Jawaharlal Nehru University,
New Delhi, 110067, India
Email: amitsharma@ieee.org
Email: poonamgoel@mail.jnu.ac.in
*Corresponding author

Abstract: In this paper, an experimental study of performance enhancement of the triboelectric energy harvester (TEH) by using rough surface poly-dimethyl-siloxane (PDMS) polymer film as one of the tribo layer has been presented. A parallel plate vertical-separation mode type TEH has been fabricated with rough surface morphology PDMS polymer film. Rough surface morphology is formed by spin coating diluted PDMS formed of Dow Corning 10:1 PDMS solution +25wt% water on the FR4 PCB board. FR4 substrate with single side copper clad has been utilised to realise bottom electrode. A cantilever structure is implemented utilising 50 µm thin copper foil, as top electrode, attached beneath a Kapton film. The device performance measurements showed the peak output voltage of 39.69 V and peak to peak voltage of 53.75 V. As a proof of concept, self-powered light emitting diodes (LED) system with 26 serially connected LEDs has been demonstrated with manual tapping on the TEH device.

Keywords: triboelectric; tribo-pair; energy harvester; poly-dimethyl-siloxane; PDMS; self-powered.

Reference to this paper should be made as follows: Sharma, A. and Agarwal, P. (2020) ‘Performance enhancement of the triboelectric energy harvester by forming rough surface polymer film using poly-dimethyl-siloxane +25 wt% water solution’, Int. J. Digital Signals and Smart Systems, Vol. 4, Nos. 1/2/3, pp.40–49.

Biographical notes: Amit Sharma is pursuing his PhD at the Microsystems Lab, School of Computer and Systems Sciences, Jawaharlal Nehru University, New Delhi, India. He received his BTech in Electronics and Communication Engineering from the Modi Institute of Technology, Kota, affiliated to Rajasthan Technical University, Kota, India in 2010 and MTech in Digital Communications from the Arya College of Engineering and IT, Kakas, Jaipur, affiliated to Rajasthan Technical University, Kota, India in 2013. He was associated with CSIR-CEERI, Pilani, India from July 2012 to June 2013 as MTech trainee, from July, 2013 to March, 2015 as a Project Fellow and from April, 2015 to July, 2015 as Senior Project Fellow.

Poonam Agarwal obtained her MTech from the Panjab University, Chandigarh and PhD from the Indian Institute of Science, Bangalore. She worked as postdoctoral researcher at the Nanyang Technological University Singapore.
She is working as an Assistant Professor from the School of Computer and Systems Sciences, Jawaharlal Nehru University, New Delhi since 2013. She is a DST INSPIRE Faculty Awardee by Department of Science and Technology, Government of India. Her main research interests are focused on unconventional polymer fabrication techniques for meso-scale electro-mechanical systems for phased array antenna systems, energy harvester, and microwave biosensor.

This paper is a revised and expanded version of a paper entitled ‘Impact of rough surface morphology of diluted poly-dimethyl-siloxane (PDMS) polymer film on triboelectric energy harvester performance’, presented at International Conference on Sustainable Energy, Electronics & Computing Systems (SEEMS-2018), ITS Engineering College, Greater Noida, UP, India, 26–27 October 2018.

1 Introduction

The technological advancements in microelectronics fabrication has drastically miniaturised the devices as well as systems, which made ultra-low power operation of electronic systems (Dieffenderfer et al., 2016; Han et al., 2016) for example pacemaker and cardioverter defibrillator requires < 10 μW power (Wong et al., 2004), hearing aid requires 100–2,000 μW of power (Kim et al., 2006; Neuteboom et al., 1997). As the power storage devices (e.g., batteries) has also evolved in their performance and cost reduction, these ultra-low power electronics can be operated for the more extended period. But the problem with batteries is the disposal of discharged batteries as these are hazardous for our health and the environment. Developments of self-powered systems could be a solution, because power required for ultra-low power electronics devices can be generated from the energy available in the surrounding in the form of sound, light, heat, vibration or movement using energy harvesters. These energy harvesters can be integrated with sensors to implement self-powered system. In this paper, we have presented kinetic energy harvester which converts available kinetic mechanical energy, in the form of vibrations, into electrical energy. There are three conventional mechanisms most commonly used for kinetic energy harvesters, i.e., piezoelectric (Janphuang et al., 2015; Kim et al., 2011; Ranton and Sodano, 2007), electromagnetic (Cepnik et al., 2013; Podder et al., 2016) and capacitive (Khan and Qadir, 2016). Recently in 2012, Fan et al. reported a new kinetic energy harvesting approach based on conjunction of triboelectrification (contact electrification) (Davies, 1969; Williams, 2012) and electrostatic induction mechanism called triboelectric energy harvesters (TEHs). TEHs have unique advantages of large output power, high efficiency, lightweight, cost effective materials, simple fabrication (Fan et al., 2012). TEHs can be configured in four modes, i.e., vertical contact-separation mode, lateral sliding mode, single-electrode mode and freestanding triboelectric-layer mode (Wang et al., 2016; Wang, 2014).

In this paper, we have presented a device configured to operate in vertical contact-separation mode because of its inherited advantage of simple design, durability as no large-scale frictions during operation. Energy harvesters based on vertical contact-separation mode have been reported (Zhu et al., 2012; Wang et al., 2012). Zhu et al. (2012), in which polymer dielectric poly (methyl methacrylate) (PMMA) and
Kapton has been used as tribo-pair which generated maximum open circuit voltage of 110 V and instantaneous electric power density of 31.2 mW/cm$^2$. Wang et al. (2012) reported an arch shaped design with tribo-pair of poly-dimethyl-siloxane (PDMS) and aluminium. They could obtain 230 V output voltage, 15.5 $\mu$A/cm$^2$ current density with 128 mW/cm$^3$ energy volume density. The conversion efficiency reported was 10%–39%. But these TEH have been fabricated using cleanroom processes such as in Zhu et al. (2012) electron beam evaporator to deposit aluminium (Al) at one side of the Kapton while dry etching fabricated the nanowire on the other side. These nanowires were created in order to increase the contact area. The plasma-enhanced chemical vapour deposition (PECVD), lithography, wet etching, lift-off processes were used to create squares and pyramid structures in Wang et al. (2012) on PDMS layer. In order to achieve the patterned PDMS surface in other works (Lin et al., 2013) the lithography and wet etching have been used to make silicon mould, in Dudem et al. (2017) and Yang et al. (2013), nano porous anodic aluminium oxide templates have been used. In contrast to these, we are presenting the design and fabrication of TEH without using any cleanroom process to achieve the rough surface morphology of PDMS.

This work is expanded version of Sharma and Agarwal (2018a), and here we are reporting the simultaneously measured voltage, current, and instantaneous power unlike only measured voltage with calculated current and instantaneous power in Sharma and Agarwal (2018a) from the measured voltage across 1 M$\Omega$ internal resistance of the oscilloscope, with modification in mechanical support in top electrode configuration. Details of the working principle of TEH have been reported in Sharma and Agarwal (2018a). The fabricated TEH device has been integrated in a 26 light emitting diode (LED) system to demonstrate a self-powered system. This paper is organised in four sections. Under Section 1, the introduction is given, Section 2 discusses about the design and fabrication, Section 3 provides the experimental results, Section 4 is the self-powered system demonstration followed by the conclusions in Section 5.

2 Design and fabrication

Here TEH has been designed with tribo-pair of copper as metal and diluted PDMS polymer layer as a dielectric. Commercially available FR4 substrate with single side copper clad has been used to realise the bottom electrode. The PDMS polymer dielectric layer of tribo-pair has been implemented by spin coating on the bottom electrode. The top electrode has been configured as cantilever structure realised using 50 $\mu$m thin copper foil attached beneath a piece of cardboard (Sharma and Agarwal, 2018a) to make it mechanically strong as top electrode is the moving structure in this design. In the top electrode configuration, the cardboard has been replaced by the Kapton film of thickness 180 $\mu$m to make this design more durable as the cardboard loses its flexibility over the time with repetitive tapping over it. This top electrode copper foil will act as an electrode as well as a tribo layer. The TEH device has been assembled as shown in the schematic view in Figure 1. TEH device with design parameters listed in Table 1 has been fabricated and experimentally tested.

PDMS-Copper tribo-pair design with pure PDMS has been fabricated and tested (Sharma and Agarwal, 2018b) as well as device with changed surface morphology by incorporating roughness to see the impact of rough surface on TEH performance. The surface morphology of PDMS polymer layer has been altered by diluting the
Dow Corning 10:1 PDMS solution by adding 25 wt% DI water. The PDMS-water solution has been mixed thoroughly and spin coated on bottom electrode. Coated PDMS was cured at 90°C for one hour. The cured PDMS has been closely observed and wavy surface has been achieved, as shown in Figure 2(a). It was observed that there are no entrapped water droplets in the PDMS film which may be due to bigger water droplet size compared to spin coated film thickness which is of the order of 44–44.6 μm, as shown in Figure 2(b) (microscopic image of cross-sectional view). These bigger water droplets got evaporated from the surface in the course of curing process and left voids, which were not fully filled by surrounding PDMS, resulting to wavy rough surface. Fabricated TEH device is shown in Figure 3 and Figure 4. Here, the device with Kapton cantilever structure has been experimentally characterised for output voltage, current and instantaneous power as discussed in next section.

**Figure 1** Schematic view of TEH device (see online version for colours)

![Schematic view of TEH device](image)

**Figure 2** Spin coated PDMS layer, (a) optical image showing wavy surface (b) microscopic image showing cross-sectional view (see online version for colours)

![Spin coated PDMS layer](image)

*Source:* Sharma and Agarwal (2018a)
Figure 3  Fabricated TEH device with cardboard cantilever structure (see online version for colours)

Source: Sharma and Agarwal (2018a)

Figure 4  Fabricated TEH device with Kapton cantilever structure (see online version for colours)

Table 1  Design parameters of TEH device

| Parameters                        | Dimensions |
|-----------------------------------|------------|
| Top electrode length, $l_t$ (mm)  | 25         |
| Top electrode width, $w_t$ (mm)   | 35         |
| Bottom electrode length, $l_b$ (mm)| 30         |
| Bottom electrode width, $w_b$ (mm)| 40         |
| Overlap area, $A$ (mm$^2$)        | 875        |
| Measured PDMS thickness, $t_d$ (μm) | 44–44.6   |
| Tribo-pair                        | PDMS-Cu    |
3 Experimental results

The fabricated energy harvester device has been experimentally tested for output voltage, current and instantaneous power using digital oscilloscope and current-to-voltage converter circuit (Mallineni et al., 2017) by proving mechanical vibration with manual finger tapping on the top of cantilever electrode structure as labelled in Figure 4. With manual tapping, we could achieve peak voltage output of 39.69 V. Measured output voltage waveform is shown in Figure 5. The negative peak of output voltage waveform is at −14.06 V, therefore measured peak-to-peak output voltage is 53.75 V. The frequency of output voltage waveform shows the tapping frequency which is 6.3 Hz; therefore the time interval between two consecutive peaks is 158 ms. For current measurement we have used current-to-voltage converter circuit (Mallineni et al., 2017) and customised it for conversion ratio of 100 mV/μA (Sharma and Agarwal, 2019). Simultaneously measured peak current and instantaneous power is 4.79 μA and 170.4 μW respectively. The waveforms for output current and instantaneous power, measured simultaneously with voltage are shown in Figure 6 and Figure 7. The experimental results of this device are compared with the device fabricated with pure PDMS film (Sharma and Agarwal, 2018b) (without dilution), as depicted in Table 2. In Sharma and Agarwal (2018a, 2018b) the voltage has been experimentally measured but current and instantaneous power has been calculated from the measured voltage across 1 MΩ internal resistance of the digital oscilloscope. In Table 2 the calculated peak current and instantaneous power for the device reported in this paper has also been listed along with the experimentally measured values. The comparison for device performance enhancement has been carried out with respect to the voltage output. It is observed that diluted PDMS rough surface has enhanced the performance with peak-to-peak output voltage from 36.7 V (Sharma and Agarwal, 2018b) to 53.75 V by around 46%. Therefore, rough surface morphology of PDMS layer causes increase in surface area which enhances the performance of TEH device (Yang et al., 2018; Jin et al., 2016). There is also an increase in the performance as compared to the design discussed in Sharma and Agarwal (2018a) because cantilever configured with the Kapton film provides good contact between PDMS and top copper electrode.

Table 2 Experimental results

| Parameters                  | Rough surface PDMS device 25 wt% water + PDMS | For pure PDMS device (Sharma and Agarwal, 2018b) | Sharma and Agarwal (2018a) |
|-----------------------------|------------------------------------------------|-------------------------------------------------|-----------------------------|
|                             | This work                                      | PDMS only                                       | PDMS only                   |
| Peak voltage (V)            | 39.69                                          | 33.6                                           | 29.6                        |
| Peak-to-peak voltage (V)    | 53.75                                          | 50.2                                           | 36.7                        |
| Peak current (μA)           | 4.79 (calculated)                              | 39.69 (calculated)                             | 33.6 (calculated)           |
| Instantaneous power (μW)    | 170.4 (calculated)                             | 1,575.30 (calculated)                          | 1,128.96 (calculated)       |
| Instantaneous power density (μW/cm²) | 19.5 (calculated)                        | 180.03 (calculated)                            | 129.02 (calculated)         |
|                             |                                                 |                                                |                             |
Figure 5  Output voltage waveform of TEH device with Kapton cantilever structure (see online version for colours)

![Voltage waveform](image1)

Figure 6  Output current waveform of TEH device with Kapton cantilever structure (see online version for colours)

![Current waveform](image2)

Figure 7  Output power waveform of TEH device with Kapton cantilever structure

![Power waveform](image3)
4 Self-powered system demonstration

The developed energy harvester device with Kapton cantilever structure is demonstrated in a self-powered LEDs system as same as the device with cardboard cantilever structure reported in Lin et al. (2013). The Kapton cantilever structured TEH is connected to serially connect 26 green LEDs (each of size 10 mm) on a breadboard through a full bridge rectifier IC (DF10M), as presented in Figure 8. On top of the cantilever, mechanical vibrational energy is provided by manual tapping which led to glow LEDs as shown in inset view of Figure 8(b). Therefore, a self-powered 26 LED working system is presented using in-house fabricated TEH.

Figure 8 Self-powered system demonstration, (a) block diagram of TEH integrated with LEDs and (b) the self-powered LEDs systems circuitry setup (see online version for colours)

Note: Inset: Glowing 26 green LEDs.
5 Conclusions

In this paper, an in-house developed parallel plate mode type TEH device has been demonstrated. The TEH device fabrication process does not include any complex cleanroom process. The surface morphology of the PDMS layer has been altered with a simple cost-effective method. The altered surface morphology has increased the total surface area of the PDMS polymer film and enhanced the device performance. In the top electrode configuration cardboard has been replaced with the Kapton which gives more durability, flexibility and better contact between tribo layers. For verification we have demonstrated TEH device working in a self-powered LED system, in which 26 LEDs were glowing with TEH output.

Acknowledgements

The authors would like to thank DST INSPIRE Faculty Award Research Grant (IFA12-ENG-24) and DST PURSE by Department of Science and Technology, Government of India and UGC-UPE-II, JNU by University Grant Commission, Government of India for the financial support and IUAC New Delhi and Rohde & Schwarz India Pvt. Ltd. for the experimental testing. One of the authors would like to thank Council of Scientific & Industrial Research (CSIR) for the research fellowship (9/263(1149)18EMR-1).

References

Cepnik, C., Lausecker, R. and Wallraube, U. (2013) ‘Review on electrodynamic energy harvesters – a classification approach’, Micromachines, Vol. 4, No. 2, pp.168–196.
Davies, D.K. (1969) ‘Charge generation on dielectric surfaces’, J. Phys. D Appl. Phys., Vol. 2, No. 11, pp.1533–1537.
Dieffenderfer, J., Goodell, H., Mills, S., McKnight, M., Yao, S., Lin, F., Beppler, E., Bent, B., Lee, B., Misra, V., Zhu, Y., Oralakan, O., Strohmaier, J., Muth, J., Peden, D. and Bozkurt, A. (2016) ‘Low-power wearable systems for continuous monitoring of environment and health for chronic respiratory disease’, IEEE Journal of Biomedical and Health Informatics, September, Vol. 20, No. 5, pp.1251–1264.
Dudem, B., Huynh, N.D., Kim, W., Kim, D.H., Hwang, H.J., Choi, D. and Yu, J.S. (2017) ‘Nanopillar-array architected PDMS-based triboelectric nanogenerator integrated with a windmill model for effective wind energy harvesting’, Nano Energy, Vol. 42, pp.269–281.
Fan, F-R., Tian, Z-Q. and Wang, Z.L. (2012) ‘Flexible triboelectric generator’, Nano Energy, Vol. 1, No. 2, pp.328–334.
Han, J., Zhang, Y., Huang, S., Chen, M. and Zeng, X. (2016) ‘An area-efficient error-resilient ultralow-power sub threshold ECG processor’, IEEE Transactions on Circuits and Systems II: Express Briefs, October, Vol. 63, No. 10, pp.984–988.
Jandphuang, P., Lockhart, R.A., Isarakorn, D., Henein, S., Briand, D. and de Rooij, N.F. (2015) ‘Harvesting energy from a rotating gear using an AFM-like MEMS piezoelectric frequency up-converting energy harvester’, Journal of Microelectromechanical Systems, June, Vol. 24, No. 3, pp.742–754.
Jin, C., Kia, D.S., Jones, M. and Towfighian, S. (2016) ‘On the contact behavior of micro-/nano-structured interface used in vertical-contact-mode triboelectric nanogenerators’, Nano Energy, Vol. 27, pp.68–77.
Performance enhancement of the triboelectric energy harvester

Khan, F.U. and Qadir, M.U. (2016) ‘State-of-the-art in vibration-based electrostatic energy harvesting’, Journal of Micromechanics and Microengineering, Vol. 26, No. 10, p.103001.

Kim, H.S., Kim, J-H. and Kim, J. (2011) ‘A review of piezoelectric energy harvesting based on vibration’, International Journal of Precision Engineering and Manufacturing, December, Vol. 12, No. 6, pp.1129–1141.

Kim, S., Cho, N., Song, S-J., Kim, D., Kim, K. and Yoo, H-J. (2006) ‘Clearphone: a 0.9 v 96 μw digital hearing aid system’, in 2006 IEEE Biomedical Circuits and Systems Conference, November, pp.182–185.

Lin, L., Xie, Y., Wang, S., Wu, W., Niu, S., Wen, X. and Wang, Z.L. (2013) ‘Triboelectric active sensor array for self-powered static and dynamic pressure detection and tactile imaging’, ACS Nano, Vol. 7, No. 9, pp.8266–8274.

Mallineni, S.S.K., Behlow, H., Podila, R. and Rao, A.M. (2017) ‘A low-cost approach for measuring electrical load currents in triboelectric nanogenerators’, Nanotechnology Reviews, Vol. 7, No. 2, pp.149–156.

Neuteboom, H., Kup, B.M.J. and Janssens, M. (1997) ‘A DSP-based hearing instrument IC’, IEEE Journal of Solid-State Circuits, November, Vol. 32, No. 11, pp.1790–1806.

Podder, P., Amann, A. and Roy, S. (2016) ‘Combined effect of bistability and mechanical impact on the performance of a nonlinear electromagnetic vibration energy harvester’, IEEE/ASME Transactions on Mechatronics, April, Vol. 21, No. 2, pp.727–739.

Ranton, S. and Sodano, H.A. (2007) ‘A review of power harvesting using piezoelectric materials (2003–2006)’, Smart Materials and Structures, Vol. 16, No. 3, p.R1.

Sharma, A. and Agarwal, P. (2018a) ‘Impact of rough surface morphology of diluted poly-dimethyl-siloxane (PDMS) polymer film on triboelectric energy harvester performance’, in 2018 IEEE International Conference on Sustainable Energy, Electronics & Computing Systems (SEEMS-2018), ITS Engineering College, Greater Noida, UP, India, 26–27 October.

Sharma, A. and Agarwal, P. (2018b) ‘Triboelectric-based kinetic energy harvesting using polydimethylsiloxane (PDMS)’, in Gupta, B., Ghosh, A.K., Suzuki, A. and Rattan, S. (Ed.): Advances in Polymer Sciences and Technology, pp.75–81, Springer, Singapore.

Sharma, A. and Agarwal, P. (2019) ‘Triboelectric energy harvester performance enhanced by modifying tribo-layer with cost-effective fabrication’, Materials Research Express, Vol. 6, No. 6, p.065514.

Wang, S., Lin, L. and Wang, Z.L. (2012) ‘Nanoscale triboelectric-effect enabled energy conversion for sustainably powering portable electronics’, Nano Letters, Vol. 12, No. 12, pp.6339–6346.

Wang, Z.L. (2014) ‘Triboelectric nanogenerators as new energy technology and self-powered sensors – principles, problems and perspectives’, Faraday Discuss., Vol. 176, pp.447–458.

Williams, M.W. (2012) ‘Triboelectric charging of insulating polymers – some new perspectives’, AIP Advances, Vol. 2, No. 1, p.010701-9.

Wong, L.S.Y., Hossain, S., Ta, A., Edvinsson, J., Rivas, D.H. and Naas, H. (2004) ‘A very low-power CMOS mixed-signal IC for implantable pacemaker applications’, IEEE Journal of Solid-State Circuits, December, Vol. 39, No. 12, pp.2446–2456.

Yang, W., Wang, X., Li, H., Wu, J. and Hu, Y. (2018) ‘Comprehensive contact analysis for vertical contact-mode triboelectric nanogenerators with micro-/nano-textured surfaces’, Nano Energy, Vol. 51, pp.241–249.

Yang, Y., Zhang, H., Liu, Y., Lin, Z-H., Lee, S., Lin, Z., Wong, C.P. and Wang, Z.L. (2013) ‘Silicon-based hybrid energy cell for self-powered electrodegradation and personal electronics’, ACSNano, Vol. 7, No. 3, pp.2808–2813.

Zhu, G., Pan, C., Guo, W., Chen, C-Y., Zhou, Y., Yu, R. and Wang, Z.L. (2012) ‘Triboelectric-generator-driven pulse electrodeposition for micropatterning’, Nano Letters, Vol. 12, No. 9, pp.4960–4965.